Mixed crystalline films of co-evaporated hydrogen- and fluorine-terminated phthalocyanines and their application in photovoltaic devices

Andreas Opitz\textsuperscript{a,\*}, Bernhard Ecker\textsuperscript{a}, Julia Wagner\textsuperscript{a}, Alexander Hinderhofer\textsuperscript{b}, Frank Schreiber\textsuperscript{b}, Jochen Manara\textsuperscript{c}, Jens Pflaum\textsuperscript{c}, Wolfgang Brütting\textsuperscript{a}

\textsuperscript{a} Institute of Physics, University of Augsburg, Augsburg, Germany
\textsuperscript{b} Institute of Applied Physics, University of Tübingen, Tübingen, Germany
\textsuperscript{c} Institute for Experimental Physics VI, University of Würzburg, and Bavarian Center for Applied Energy Research, Würzburg, Germany

\textbf{A R T I C L E  I N F O}

\textbf{Article history:}
Received 22 April 2009
Received in revised form 2 July 2009
Accepted 3 July 2009
Available online 21 July 2009

\textbf{PACS:}
68.55.am
73.61.Ph
78.66.Qu

\textbf{Keywords:}
Phthalocyanines
Vacuum deposition
Mixed crystalline films
Photovoltaic cells

\textbf{A B S T R A C T}

Blends of organic electron and hole conductive materials are widely used for ambipolar charge carrier transport and photovoltaic cells. An obvious choice for donor–acceptor blends are organic semiconducting materials in their hydrogenated and fluorinated form, since they combine potentially suitable electronic properties with structural compatibility of the two constituents. This study focuses on the structural, optical, and electrical properties of blends using hydrogenated copper-phthalocyanine (H\textsubscript{16}CuPc) in combination with its per-fluorinated version (F\textsubscript{16}CuPc). Using X-ray scattering, scanning force microscopy and optical absorption measurements we show that mixed crystalline films are obtained by co-evaporation of the two materials. Electrical transport measurements reveal a profound reduction of the current for bipolar charge injection in mixed films. We discuss the formation of self-trapped charge transfer excitons as possible explanation for this unexpected behaviour, which impedes the usability of this system in photovoltaic cells.

\textsuperscript{\*} Corresponding author.
E-mail addresses: Andreas.Opitz@physik.uni-augsburg.de (A. Opitz), Wolfgang.Bruetting@physik.uni-augsburg.de (W. Brütting).

1. Introduction

Phthalocyanines are well-known metal-organic complexes for several decades [1]. They have been used for Schottky-barrier solar cells [2] and as hole transporting layers in organic light-emitting diodes [3]. More recently, they are used as absorber and electron donor in organic photovoltaic cells in combination with strong electron acceptors, such as the fullerene C\textsubscript{60} [4–8]. In this context, modification of the molecular energy levels, viz. the ionization potential (IP) or highest occupied molecular orbital (HOMO) as well as the electron affinity (EA) or lowest unoccupied molecular orbital (LUMO), by changing the termination of the outer phenyl rings has become an interesting tool to tune electronic properties leaving the optical properties almost unchanged [9]. With increasing number of fluorine atoms bound to the outer phenyl ring the IP and EA shift away from the vacuum level [9,10]. As an example the IP measured by ultra-violet photoelectron spectroscopy shifts from 5.0 eV for hydrogenated copper-phthalocyanine (H\textsubscript{16}CuPc) to 6.1 eV for its per-fluorinated version (F\textsubscript{16}CuPc) [10], so that the combination of both materials could be of interest for donor–acceptor (DA) systems with comparable sizes of the molecules and the π-conjugated systems. Together with a similar crystal structure (see later) this gives rise to the expectation that mixed crystalline films by co-evaporation of the two materials can be obtained for applications in organic photovoltaics.
The combination of H$_{16}$CuPc and F$_{16}$CuPc was used before in bilayered field-effect transistors (FET)\cite{11–13} to obtain ambipolar transport. For both materials a threshold voltage shift was observed if the respective other material is deposited on top of the transport material in the FET. For thicker layers the second deposited material opens an additional channel for the opposite charge carrier type to give ambipolar transport. The threshold voltage shift was related to a charge transfer with holes accumulating in H$_{16}$CuPc and electrons in F$_{16}$CuPc. Therefore the bilayer structure can be used to engineer the threshold voltage in FETs.

Mixed crystals of strong DA systems like TTF-TCNQ are well-known since the 1970s\cite{14}. However, the growth of crystalline thin films of two organic semiconductors by vacuum deposition is a relatively new aspect for organic electronics. It has been demonstrated that charge transfer salts, such as TTF-TCNQ and its many derivatives, can be deposited as crystalline films by thermal evaporation of the bulk material\cite{15}. The formation of mixed crystalline films by co-evaporation of molecules has only recently been observed for rod-like molecules\cite{16}, such as sexithiophene (6T), sexiphenyl (6P) and dihexylsexithiophene (DH6T). Thereby the structure of the films is predominantly determined by the size of the conjugated system. It was also shown that pentacene and perfluoro-pentacene can be grown as intercalated mixed crystalline layers on top of SiO$_2$; thereby the ionization energy can be continuously varied by the layer composition\cite{17}.

Here we present a study of blends using hydrogenated copper-phthalocyanine H$_{16}$CuPc in combination with its per-fluorinated version F$_{16}$CuPc. In addition to studying the fundamental structural, optical, and electrical properties centering around the question of the formation of mixed crystals we investigate the usability of these materials for photovoltaic cells as planar and bulk-heterojunction devices.

2. Experimental

The materials used in this study were purchased from Sigma Aldrich as sublimation grade and additionally purified by temperature gradient sublimation; for F$_{16}$CuPc the sublimation procedure was repeated once. The structural formulae are given in Fig. 1. The organic semiconductor films were deposited by thermal evaporation from two independent low-temperature effusion cells in a vacuum better than 10$^{-7}$ mbar. The thickness of the films was controlled via deposition monitors using quartz microbalances. For mixed films two independent monitors were used. The layer sequence for the bilayer structure consists of H$_{16}$CuPc deposited on the hole injecting layer followed by F$_{16}$CuPc. The deposition rates were 0.35 Å/s for neat films and up to 1.4 Å/s for the material with the higher volume fraction in the mixtures. As substrates glass slides covered with 130 nm of indium-tin oxide (ITO) and 30 nm of the conducting polymer polyethylenedioxythiophene-polystyrenesulfonate (PEDOT:PSS, purchased from H.C. Starck as BAYTRON P) were used. For the optical absorption measurements the films were deposited on quartz glass slides. During the deposition of the phthalocyanine molecules the substrate was held either at room temperature (about 300 K) or at an elevated temperature (about 375 K).

The charge transport properties were analyzed in both unipolar and ambipolar diodes. For hole-only diodes the active organic layer was deposited on an ITO/PEDOT:PSS anode and a 100 nm thick Au film with a thin interlayer of 2,3,5,6-tetrafluoro-7,7,8,8-tetracyano-quinodimethane (F$_4$TCNQ) was used as hole injecting layer\cite{18}. The electron-only diodes contained a 100 nm thick Al bottom electrode and a 100 nm thick Al electrode on the top of the organic film with a 0.5 nm thick interface doping layer of LiF for the latter one. Using an ITO/PEDOT:PSS bottom contact together with a LiF/Al top electrode ambipolar injection and charge transport were obtained. The active organic layer in all investigated devices consisted of an 80 nm thick film of neat or blended materials (volume mixing ratio of 1:1). The active area was about 2 × 2mm$^2$. Electrical characterization was performed without air-exposure under vacuum or in a nitrogen filled glove box.

To analyze the current–voltage characteristics the measured curves were fitted by the model of trap-free space charge limited currents (SCLC, Eq. (1))\cite{19} combined with a Poole–Frenkel type field-dependent mobility\cite{20}, which gives the current density as

![Fig. 1. Structural formulae of hydrogen-terminated copper phthalocyanine H$_{16}$CuPc and fluorine-terminated copper phthalocyanine F$_{16}$CuPc.](image-url)
The X-ray scattering measurements were conducted on a Microscopes Autoprobe CP-Research in non-contact mode. Blended organic films were analyzed by scanning force microscopy (SFM) and specular X-ray reflectometry. The blended organic films were analyzed by X-ray scattering. The peak width is similar to that of the neat films and the lattice spacing lies between those of the neat materials, consistent with a truly mixed crystalline film, which was already observed for 1:1 mixtures of different hydrogen terminated planar phthalocyanines [21]. The dependence of the lattice spacing on the concentration is summarized in Fig. 3(right). Additional blend ratios are included (3:1 and 1:3) which were not presented in Fig. 3(left) for clarity reasons. The lattice parameter for the mixed crystal system H16CuPc/F16CuPc changes linearly with the concentration between the lattice parameters of the neat materials. This linear change is related to the gradual change of the content of the two planar molecular species with different diameter in the blends. The more crystalline films deposited at higher substrate temperature show basically the same lattice spacing with a slightly reduced peak width related to larger crystallites with coherent diffraction in agreement with the SFM analysis.

At this point it is useful to compare the results with other structural data. Identified by the Bragg-reflection at \( q_z = 0.48 \text{ Å}^{-1} \), neat thin films of H16CuPc on PEDOT:PSS crystallize in the \( \alpha \)-phase, which is common for H16CuPc thin film growth [22]. This structure was earlier determined to be isostructural with other phthalocyanine \( \alpha \)-phases, which show a herringbone structure with two molecules per unit cell. However a later reexamination has shown that the H16CuPc \( \alpha \)-phase has a triclinic structure with only one molecule per unit cell [24]. According to this structural data the peak at \( q_z = 0.48 \text{ Å}^{-1} \) corresponds to the (100) reflection, which means that the H16CuPc molecules are standing nearly upright and stack in the direction parallel to the substrate. For growth on SiO2 F16CuPc thin films exhibit two polymorphs coined \( \beta \)-phase and \( \beta_{\text{hlayer}} \)-phase [25,26]. The two polymorphs exhibit different in-plane-stacking behaviour, in particular the \( \beta \)-phase has a herringbone arrangement, where as the \( \beta_{\text{hlayer}} \)-phase has a single molecule per unit cell and forms stacks parallel to the substrate similar to the H16CuPc \( \alpha \)-phase. Since both F16CuPc polymorphs have an identical out-of-plane spacing, it cannot be determined by the data of Fig. 3 whether a herringbone arrangement is present in the neat film or not.

Due to the different size of the terminating atoms the size of the molecule varies and thereby also the lattice spacing a perpendicular to the substrate (see Fig. 4) [24,26]. The values are about 1.24 nm for the \( \alpha \)-phase of H16CuPc and about 1.43 nm for F16CuPc films, respectively. Several other molecular arrangements have been observed. E.g. H16CuPc crystallizes in a \( \beta \)-phase when heated higher than 480 K [27]. For the present study the key point is not the subtle differences between different polymorphs, but rather the fact that the ordering motifs for both compounds are similar, thus facilitating the formation of mixed crystalline films. Fig. 4 shows schematic film structures for the neat phthalocyanines and a 1:1 mixture. A gradual change of the layer spacing can be rationalized by a varying content of the two molecular species with different size and a change of the tilt angle.

We note that the observation of a single diffraction peak in the blends does not automatically imply the formation of an ordered mixed crystalline film with an in-plane superstructure (as Fig. 4 would suggest). It merely indicates that both constituents are homogeneously mixed on a molecular length scale without detectable phase separation or precipitation.
The bilayer system containing a neat H$_{16}$CuPc and a neat F$_{16}$CuPc film was analyzed, too. The SFM images are shown in Fig. 2 (third row). The F$_{16}$CuPc film on top of the H$_{16}$CuPc film evaporated at room temperature is full of fissures. When the evaporation is performed at elevated temperature the film is closed and displays needle-like crystals. The room temperature grown film already shows XRD peaks (see Fig. 3), but only films evaporated at elevated temperatures have closed layers and can be used for bilayer devices.

3.2. Optical properties

Fig. 5 shows the optical absorption under normal incidence for neat phthalocyanine films as well as a blended and a bilayer film. Both materials are almost transparent in the range of 2.5 eV to 3.0 eV. The absorption of H$_{16}$CuPc films between 1.4 and 2.3 eV is related to the Q-band and the absorption in the UV-range (between 3.1 and 4.0 eV) to the B-band [28]. The Q-band absorption of H$_{16}$CuPc shows one strong peak at about 1.81 eV in solution and displays two strong peaks in the solid state (peaks at 1.80 eV and 1.97 eV). As mentioned before F$_{16}$CuPc films crystallize in two different crystal structures [25,26] with different absorption behaviour. In the visible range one structure is related to the peaks at 1.89 eV and 1.77 eV and the other structure has a large crystal shift resulting in a peak around 1.56 eV [29].

The measured spectrum of the blend (Fig. 5, left) shows one strong peak at 1.97 eV and a shoulder at about 1.80 eV.
**Fig. 3.** (left) X-ray diffraction spectra of neat films, a 1:1 blend and a bilayer structure evaporated onto PEDOT:PSS at room temperature. (right) Analysis of the lattice spacing determined from X-ray scattering spectra of films with different mixing ratios. The straight line is the linear fit of the measurement points.

**Fig. 4.** Schematic molecular arrangement for neat and mixed phthalocyanine films. The interlayer spacing changes gradually from H$_{16}$CuPc to the blend and further to F$_{16}$CuPc. For easier visualization an ordered structure of the blend is assumed. The lattice parameter $a$ is about 1.3 nm related to the $a$-phase in H$_{16}$CuPc and about 1.45 nm for F$_{16}$CuPc [24,26].

**Fig. 5.** Absorption spectra of neat as well as blended (left) and bilayered (right) films using H$_{16}$CuPc and F$_{16}$CuPc deposited on quartz glass substrates at room temperature. The bilayer structure consists of an H$_{16}$CuPc film on top of an F$_{16}$CuPc film which shows the similar behaviour as the opposite film sequence. Additionally a higher on-set at the low energy side of the spectrum is observed for the bilayer structure as for the other samples which is related to differences in the interference effect due to the larger film thickness.
These features are located in the spectral range where both molecules show absorption. In addition, the far red-shifted peak at 1.56 eV in F16CuPc disappears indicating that the related packing motif is no longer present in the blend. This is another demonstration of the formation of mixed crystalline films by co-evaporation of the two different phthalocyanine molecules.

The absorption of a bilayered film (F16CuPc on top of a H16CuPc film) is shown in Fig. 5(right). There all peaks of the neat films are present and scale with the doubled film thickness in the bilayered system (40 nm H16CuPc + 40 nm F16CuPc) as compared to the neat films (40 nm).

3.3. Electrical properties

The current–voltage characteristics were measured using various electrodes to realize hole-only, electron-only and ambipolar transport [30] and are shown in Fig. 6. In all samples unipolar electron currents are higher than unipolar hole currents. For the ambipolar transport, however, there is a huge difference between neat materials and the 1:1 blend. While for the former the ambipolar current is close to the current in the electron-only devices, indicating that the current is carried mostly by electrons, the latter system shows a reduction of the current by about four orders of magnitude in comparison to the ambipolar currents of the neat films and both unipolar currents in the blend. The resulting mobilities using the before described SCLC model are also shown in Fig. 6.

The unipolar mobilities of the blend are located between the unipolar mobilities of the neat materials. This alignment of the unipolar mobilities shows similar π-π-overlap in the mixed crystalline films as in the neat films. However, the ambipolar mobility in the blended film is orders of magnitude lower than both unipolar mobilities and the ambipolar mobilities of the neat materials. The same trend is observed for films grown on room temperature substrates, though, the reduction of the ambipolar mobility is more pronounced in the heated films. As the unipolar mobilities in the 1:1 mixture are just in between the values for neat films, the ambipolar transport cannot be limited by the absence of percolation pathways. The strongly reduced ambipolar mobility should rather be related to the simultaneous presence of both charge carrier types in the mixture. A possible explanation is the formation of charge transfer (CT) excitons by the injected charge carriers. These CT states will then limit the transport by blocking the occupied molecules for further injected charge carriers; they would be self-trapped. The idea of generation of charge transfer excitons is supported by the high EA of F16CuPc. As mentioned in the introduction, the IP is 5.0 eV for H16CuPc and 6.1 eV for F16CuPc, respectively. Taking identical transport gaps of 2.3 eV for both materials [31], results in a LUMO level of F16CuPc being only 1.2 eV above the HOMO of H16CuPc. Thus, an intermolecular low-lying CT state could be possible in H16CuPc=F16CuPc blends. However, as we do not see a signature in the optical absorption measured down to 0.6 eV (not shown here),
a direct electronic transition into and from this CT state seems to be not allowed, thus stabilizing the charge separated state. Consistently, due to the ambipolar nature of CT excitons the unipolar mobilities would not be affected.

The possibility of self-trapped CT excitons was suggested before for molecular crystals consisting of stacked alternating donor–acceptor molecules, such as anthracene-PMDA \[32\]. Materials of this type are insulating and CT excitons created by optical excitation are not mobile. We suggest that this could also happen in the system presented here for simultaneous injection of electrons and holes into a 1:1 blend.

We note that, strictly speaking, differences between electron-only and ambipolar devices could also be caused by different film growth modes, because in the former case Al is used as substrate whereas the latter films are grown on PEDOT:PSS. However, as there is also a large difference of the mobility in the blend between unipolar hole-only and ambipolar devices, which have the same PEDOT:PSS layer as anode, we do not consider the substrate as the decisive parameter for the significant drop of the ambipolar mobility in the 1:1 blend.

### 3.4. Photovoltaic cells

Organic donor and acceptor materials are promising candidates for photovoltaic cells \[34\]. In these cells the generated excitons dissociate into free charge carriers at the donor/acceptor interface by an ultra-fast photo-induced charge transfer \[35,36\]. To create this donor/acceptor interface bilayered (planar heterojunction) \[4\] and blended (bulk-heterojunction) \[5,37\] photovoltaic cells are employed. In bilayered systems the dissociation is localized at the interface between the two layers, while in bulk-heterojunction cells it occurs within the whole volume of the blended film. Due to this mixture of donor and acceptor materials the photon-to-current conversion efficiency and the power conversion efficiency were found to increase \[5,37,38\]. An obvious choice for donor–acceptor blends are organic semiconducting materials in their hydrogenated and fluorinated form, since they combine potentially suitable electronic properties with potential structural compatibility of the two constituents.

![Fig. 7](image_url) (left) Current–voltage characteristics for the blended H_{16}CuPc/F_{16}CuPc solar cell with an active layer deposited at high temperature. The curves are determined from the left diagram as function of the light intensity.

![Fig. 8](image_url) (left) Current–voltage characteristics of the planar H_{16}CuPc/F_{16}CuPc heterojunction in the dark and under white light illumination at one sun. Comparing to Fig. 6 one immediately notices a remarkable difference: the dark current at 2 V is about 6 orders of magnitude higher than in the blend, however, there is almost no effect of illumination. Even more remarkable is the fact that the reverse current at −1 V is about one order of magnitude higher than the forward current at −1 V. Forward biasing allows for the injection of electrons into F_{16}CuPc and holes into H_{16}CuPc. Both carrier species are transported to the interface between both materials where they recombine. The formation of CT excitons is not an issue in this case due to the applied electric field across the interface. Under reverse bias conditions the injection of charge carriers should be blocked by large energy barriers at the electrodes. However, if the energy offset between the HOMO of H_{16}CuPc and the LUMO of F_{16}CuPc is small enough, tunneling of electrons from the further into the latter should be possible as shown in Fig. 8(right). This effect of creating an electron-hole pair under reverse bias conditions at an interface between a
p- and an n-type material is known as charge generation layer and has been employed in multilayer stacked organic LEDs and tandem solar cells [42,43]. We also investigated the influence of light for the planar heterojunction. As visible in Fig. 8 the forward current is only weakly increased by photo-generated charge carriers. In backward direction, however, this photo-induced change is obscured by the higher current due to the charge generation layer. Due to the absence of an open circuit voltage and the weak influence of light, this planar heterojunction can not be used as photoactive interface in organic photovoltaic cells.

4. Summary

In conclusion, we have shown that molecularly mixed crystalline films can be grown by co-evaporation of H16CuPc and F16CuPc on device-relevant ITO/PEDOT:PSS substrates. These blends show the usual X-ray spectrum and needle-like film morphology known from neat films of phthalocyanines. Due to different size of the molecules, a continuous change of the lattice spacing is observed by changing the mixing ratio. Optical absorption measurements confirm this scenario: they are not just a superposition of the spectra of neat materials, as would be expected for phase-separated blends, but show distinct new features. In particular the disappearance of the characteristic band at 1.56 eV in F16CuPc is a clear indication of molecular mixing of both species.

A CT exciton could serve as an explanation for the unexpectedly low charge carrier mobility in ambipolar blends, which is found to be orders of magnitude lower than the ambipolar mobility in neat materials and the electron and hole mobilities in unipolar devices. The reduced mobility is also the origin of the poor performance of photovoltaic cells containing H16CuPc/F16CuPc blends. The charge collection efficiency is drastically reduced by the suggested formation of bound CT excitons. In contrast, a bilayered H16CuPc/F16CuPc device works as a charge generation layer which could be of interest in tandem solar cells.

Acknowledgement

This work was supported by the Deutsche Forschungsgemeinschaft under Priority Programme 1355 “Elementary Processes of Organic Photovoltaics”.

References


